Planar magnetic texture on the surface of a topological insulator

Zhaochen Liu,1 Jing Wang,1, 2, * and Congjun Wu3, 4, 5, ♦

1 State Key Laboratory of Surface Physics and Department of Physics, Fudan University, Shanghai 200433, China
2 Institute for Nanoelectronic Devices and Quantum Computing, Fudan University, Shanghai 200433, China
3 School of Sciences, Westlake University, Hangzhou 310024, Zhejiang, China
4 Institute for Theoretical Sciences, Westlake University, Hangzhou 310024, Zhejiang, China
5 Key Laboratory for Quantum Materials of Zhejiang Province, School of Science, Westlake University, Hangzhou 310024, China

We study the planar magnetic textures in an insulating magnetic film coupled to the Dirac surface state of a topological insulator. It is shown that the radial vortex with winding number \( w = \pm 1 \) leads to the confinement of Dirac states, where an exact mapping to the Schrödinger equation of a two-dimensional hydrogen atom is found. The fully spin polarized zero energy bound state resembles the zeroth Landau level of Dirac electrons in a uniform out-of-plane magnetic field. Interestingly, when the hybrid system is proximity coupled to an s-wave superconductor, the existence of Majorana zero modes at Abrikosov vortex depends only on the relative value of the magnetic exchange coupling and the pairing strength. We conclude with a brief discussion on the physical realization with such magnetic textures.

**Introduction.** Topology has become a central theme in condensed matter physics. Interesting quantum phenomena emerge from the intricate interplay between non-trivial topology and magnetism [1–4]. Two outstanding examples are the quantum anomalous Hall effect and axion insulators discovered in magnetic topological insulators (TI) [5–19]. The exchange coupling between an out-of-plane magnetization and the TI surface state opens a gap in the surface spectrum. The gap opening is accompanied by the emergence of the surface quantum Hall effect with a half-quantized Hall conductance described by the axion electrodynamics [5], which is is the physical origin for the topological magnetoelectric effect. It leads to rich phenomena such as the quantum anomalous Hall with a chiral edge state emerging at the magnetic domain wall as well as the topological magneto-optical effect [20–22].

Peculiar physics emerges when the Dirac surface states couple to spatially nonuniform magnetic textures, such as skyrmions and domain walls [4, 23–27]. In this paper, we study theoretically the two-dimensional (2D) magnetic textures, in an insulating ferromagnetic thin film proximity-coupled to TI surface states. The Dirac electron with a radial magnetic vortex with the winding number \( w = \pm 1 \) can be exactly mapped to the Schrödinger equation of a 2D hydrogen atom. The fully spin-polarized zero energy bound state resembles the zeroth Landau level of Dirac electrons in a uniform out-of-plane magnetic field. The radial magnetic vortex acts effectively as a magnetic field along \( z \) axis with \( 1/r \) dependence. Interestingly, when the system is coupled to an s-wave superconductor, the existence of emergent Majorana bound states at the Abrikosov vortex core depends only on the relative value of the magnetic exchange coupling and the pairing strength.

**Model.** The planar magnetic texture we consider exhibits the form of \( \mathbf{S}(\mathbf{r}) \equiv \mathbf{S}(\mathbf{r}) = S(\cos \vartheta(\mathbf{r}), \sin \vartheta(\mathbf{r}), 0) \), where \( \mathbf{n}(\mathbf{r}) \) is the unit vector describing the magnetization direction, and \( \mathbf{r} = (x, y) \). It is characterized by the topological winding number [28]

\[
w = \frac{1}{2\pi} \oint \mathbf{r} \cdot d\mathbf{r}.
\]

Two typical magnetic vortices with \( w = 1 \) are illustrated in Fig. 1 (a,b).

In the presence of the magnetic vortex \( \mathbf{n}(\mathbf{r}) \), the surface states of a TI can be described by the Dirac Hamiltonian

\[
\mathcal{H} = v_F(\mathbf{k} \times \sigma) \cdot \hat{e}_z + g_s \mathbf{n}(\mathbf{r}) \cdot \sigma.
\]

Here \( \hbar = 1, v_F \) is the Fermi velocity, \( \hat{e}_z \) is the unit vector normal to the surface, and \( \sigma = (\sigma_x, \sigma_y, \sigma_z) \) are the Pauli matrices describing the spin. \( g_s \equiv J' \rho_s / 2, J' \) is the exchange interaction between the local spin and surface electron, and \( \rho_s \) is the sheet density of local spin. Without loss of generality, we set \( g_s / v_F > 0 \) and neglect the particle-hole asymmetry.

We notice that the in-plane Zeeman term is equivalent to a vector potential, thus the Hamiltonian becomes

\[
\mathcal{H} = v_F [ (\mathbf{k} - \mathbf{A}) \times \sigma ] \cdot \hat{e}_z,
\]

where \( \mathbf{A}(\mathbf{r}) \equiv (g_s / v_F) (\sin \vartheta(\mathbf{r}), \cos \vartheta(\mathbf{r})) \). For a generic \( \mathbf{A}(\mathbf{r}) \), Eq. (3) is difficult to solve analytically. In the following, we assume \( \mathbf{n}(\mathbf{r}) \) is rotational invariant along \( z \) axis. The Hamiltonian conserves total angular momentum, and the energy spectrum can be obtained analytically by squaring \( \mathcal{H} \) to solve \( \mathcal{H}^2 \psi = E^2 \psi \), which is

\[
\mathcal{H}^2 / v_F^2 = - \nabla^2 + \mathcal{A}^2 + 2i \mathcal{A} \cdot \nabla + i(\mathbf{A} \cdot \mathbf{\sigma}) - \nabla \times \mathbf{A} \cdot \mathbf{\sigma}.
\]

In terms of the 2D polar coordinates \( (r, \phi) \), Eq. (4) is separable into the radial and angular parts. Two typical magnetic textures are radial and curling vortices.
of this paper,
\[
\left[ \frac{\partial^2}{\partial r^2} + \frac{1}{r^2} \frac{\partial}{\partial r'} + \frac{m^2}{r^2} + \left( 2E' + \frac{2}{r'} \right) \right] f(r') = 0.
\]

Eq. (9) can be solved algebraically due to the hidden dynamical symmetry of hydrogen atom [30], which is related to the conserved Runge–Lenz operator \( K = -(i\nabla \times \mathbf{L} - \mathbf{L} \times i\nabla) - 2\mathbf{e}_r \), satisfying \( \{ H^2, K \} = 0 \), \( [\mathbf{L}, K_x] = iK_y \), \( [\mathbf{L}, K_y] = -iK_x \) and \( [K_x, K_y] = -4iL_z H_2^2 \).

Now \( r' > 0 \) corresponds to an attractive Coulomb potential, which contains both bound discrete states and unbound continuous states. For \( m \geq 0 \), the eigenvalue of the bound states in Eq. (7) is \( E' = -1/2n_2^2 \), where the principal quantum number \( n_2 \equiv |m| + 1/2 \), with \( n_r = 0, 1, 2, \ldots \). The radial wave function \( f_{n_r,m}(r') = e^{i\sigma m} e^{-r'/n_2} F ( -n_r, 2|m| + 1, 2r'/n_2 ) \), with \( F(\alpha, \gamma; x) \) the confluent hypergeometric function.

The degeneracy between \( |\uparrow\rangle \) and \( |\downarrow\rangle \) exists when \( n_r,\uparrow = n_r,\downarrow + 1 \) and \( m_r,\uparrow = m_r,\downarrow - 1 \), namely \( E_{+},n_r,m = E_{-},n_r,m+1 \). Explicitly, the energy spectrum and (un-normalized) spinor wavefunction of bound states are
\[
E_{\pm} = \pm \left( 1 - \frac{(m+\frac{1}{2})^2}{n_2^2} \right)^{1/2},
\]
\[
\psi_{\pm} = e^{im\phi} f_{m_0,m}(r'_\pm) + (m(m+1)n_2)^{1/2} e^{(m+1)\phi} f_{m_0-1,m+1}(r'_-),
\]

The bound state energies are within the interval between \( \pm g_s \). The maximum of radial probability density is located at \( r_{\text{max}} = n_2^2 a/(m \pm 1/2) \), with Bohr radius \( a = \hbar v_F/g_s \). For \( m < 0 \) (and \( r' < 0 \), Eq. (9) corresponds to a repulsive Coulomb potential, there is no bound states and the continuous energy spectrum satisfies \( E' \geq 0 \), namely \( |E| \geq g_s \).

The branch of states with \( n_r = 0 \) are zero energy states and fully spin-polarized as shown in their wave functions \( \psi = (e^{im\phi} f_{0,m}(r'_\pm), 0)^T \). They form a flat band resembling the spin polarized zeroth Landau level of Dirac fermions in a uniform magnetic field. However, the magnetic translation symmetry is absent here since \( \nabla \times \mathbf{A}_1 \) scales as \( 1/r \). Consequently, the density of states of the zero energy states scales as \( 1/r \) as away from the center consistent with the classic radius \( r_a = (m+1/2)a \). This situation is similar to the Landau level formation of a 2D Rashba system subject to a harmonic potential [31, 32].

The analytic solutions of energy spectrum is further confirmed by the numerical calculation in Fig. 1(c). Here we choose a disc geometry, and the radial wave function is expanded in terms of the Bessel function [33], the expanding order and disc radius \( R \) is large enough to ensure convergence and capture the low energy states [34].

Curling vortex.- Next we consider a curling magnetic vortex shown in Fig. 1(b)
\[
\mathbf{n}_2(\mathbf{r}) = \hat{\mathbf{e}}_\phi = \frac{1}{r} (y\hat{\mathbf{e}}_x - x\hat{\mathbf{e}}_y).
\]

FIG. 1. (a,b) Schematics of the radial and curling planar magnetic vortices in Eq. (5) and Eq.(11), respectively. The vector field represents the direction of local magnetization \( \mathbf{n}(\mathbf{r}) \). (c,d) The numerically calculated energy spectrum for the two cases in (a) and (b) with \( g_s = 2, v_F = 10 \), respectively. The bound state spectrum in (c) is bounded by \( |E| < g_s \).

Radial vortex.- First we consider a radial magnetic vortex illustrated in Fig. 1(a),
\[
\mathbf{n}_1(\mathbf{r}) = \hat{\mathbf{e}}_r = \frac{1}{r} (x\hat{\mathbf{e}}_x + y\hat{\mathbf{e}}_y),
\]
where \( r = \sqrt{x^2 + y^2} \). Now \( \mathbf{A}_1(\mathbf{r}) \equiv (g_s/v_F)(-y/r, x/r) \), and \( \nabla \times \mathbf{A}_1 = 0, \nabla \times \mathbf{A}_1 = (g_s/v_F)(\hat{\mathbf{e}}_r/r), \nabla \times \mathbf{A}_1 = 0, \) and \( \mathbf{A}_1 \cdot \nabla = -(g_s/v_F)(y\partial_x - x\partial_y)/r \equiv (g_s/v_F)(iL_z/r) \), with \( L_z \) the orbital angular momentum operator. Then Eq. (4) becomes
\[
\frac{\mathbf{H}_2^2}{v_F^2} = -\frac{1}{r} \partial_r (r \partial_r) + \frac{L_z^2}{r^2} - \frac{g_s}{v_F r} (2L_z + \sigma_z) + \frac{g_s^2}{v_F^2},
\]
where \( \partial_r \equiv \partial/\partial r \).

Since \( [L_z, \mathbf{H}_2^2] = 0 \), the eigenfunction must have the form as \( \psi(r, \phi) = e^{im\phi} f(r) \), where the orbital momentum quantum number \( m = \pm 1, \pm 2, \ldots \) is connected with the total angular momentum \( j = m + 1/2 \). The radial wave function satisfies the equation
\[
\left[ \frac{1}{r} \partial_r (r \partial_r) - \frac{m^2}{r^2} \right] + \frac{2m \pm 1}{2m \pm 1} - \frac{g_s^2}{v_F^2} + \frac{E^2}{v_F^2} \right] f(r) = 0.
\]
Here \( \pm \) denote \( |\uparrow\rangle \) and \( |\downarrow\rangle \) with \( \sigma_z = +1 \) and \( \sigma_z = -1 \), respectively. We define dimensionless quantities
\[
r' = \frac{r}{v_F} (m \pm 1/2), \quad E' = \frac{(E/g_s)^2 - 1}{2(m \pm 1/2)^2}.
\]
Then Eq. (7) has the exact form as the Schrödinger equation of a 2D hydrogen atom [29], which is the main results
Then $\mathbf{A}_2(r) = (g_s/v_F)(x/r, y/r)$, with a zero emergent magnetic field $\mathbf{\nabla} \times \mathbf{A}_2 = 0$ and $\mathbf{\nabla} \cdot \mathbf{A}_2 = (g_s/v_F)(1/r)$. Interestingly, the curling texture can be gauged away, i.e. $\mathbf{A}_2 \rightarrow \mathbf{A}_2 + (g/v_F)\mathbf{\nabla} r$ and $\psi \rightarrow \psi \exp(igr/v_F)$. There are no bound state but only continuous state solutions [34]. The energy spectrum is numerically calculated in Fig. 1(d).

**Majorana bound state.** It is well known that the localized Majorana zero modes (MZM) arise in the Abrikosov vortex core when the Dirac fermion surface states of a TI deviate from zero by adding a small Zeeman term $\Delta_0$ [35–40]. Now we study the fate of MZM in the presence of magnetic texture on TI surface.

Now the pairing term $V = \Delta(r)\psi_+^\dagger \psi_+ + \text{H.c.}$ is added to $\mathcal{H}$, where $\Delta(r)$ is the pairing potential. The system can be diagonalized with the Bogoliubov transformation

$$\psi_n(r) = \sum_n \left[ u_{n,\sigma}(r) \gamma_n + v_{n,\sigma}^*(r) \gamma_n^\dagger \right],$$

where $\gamma_n^\dagger$ create a Bogoliubov quasiparticle. Then the resulting Bogoliubov-de Gennes (BDG) equation is

$$\begin{bmatrix} \mathcal{H} - \mu & \Delta(r) \\ \Delta^*(r) - \sigma_y \mathcal{H}^* \sigma_y + \mu \end{bmatrix} \Phi_n(r) = E_n \Phi_n(r),$$

with the BDG energy spectrum $E_n$ and Nambu wave function $\Phi_n(r) = (u_{n,u}(r), u_{n,d}(r), v_{n,u}(r), -v_{n,d}(r))^T$.

The BDG equation can be solved numerically for a general pairing potential. Here we study the Abrikosov vortex, where the magnetic flux is contributed by the radial magnetic vortex. Thus the origin of vortex core coincides with the center of magnetic texture as in Fig. 3(a), then Eq. (13) has a cylindrical symmetry. In the polar coordinate, the pairing potential with vortex is $\Delta(r) = \Delta_0(r)e^{i\theta} = \Delta_0 \tanh(r/e_0) e^{i\theta}$, where $e_0$ characterizes the size of vortex core. The wave function can be factorized into

$$\Phi_{n,\ell} = e^{i\ell\theta} \left( u_{n,\ell+1}^u e^{i\theta}, u_{n,\ell-1}^d e^{-i\theta}, v_{n,\ell+1}^u, -v_{n,\ell-1}^d \right)^T,$$

where the principle quantum number $n$ is determined by solving the radial equation in the basis of Bessel function. The details of numerical calculations are given in Supplemental Material [34]. The calculation is performed on disc of radius $R = 40e_0$.

Fig. 2 shows the numerical results of BDG energy spectrum for a radial vortex. The MZM is denoted as red dot. As shown in Fig. 2(a,b) for $\mu = 0$, the existence of MZM depends only on the relative value of magnetic coupling $g_s$ and pairing strength $\Delta_0$, namely MZM exists for $g_s < \Delta_0$ and disappears for $g_s > \Delta_0$. The zero energy states in Fig. 2(b) are not MZM, but are originated from the zero energy bound states in Fig. 1(c), which deviate from zero by adding a small Zeeman term $\Delta_0 \sigma_z$ into $\mathcal{H}$. These results can be simply understood that for $\mu = 0$, the chemical potential resides in the bound state spectrum. Only when the pairing potential exceeds the bound state energy and reaches the continuous state, then MZM from superconducting Dirac fermion proposed by Fu-Kane applies [35]. This is further confirmed in Fig. 2(c,d), where a finite $\mu > g_s$ crosses the continuous states, MZM always exists in the vortex core. However, for $\mu > g_s$ case, the system is gapless for finite $\ell$ when $g_s > \Delta_0$ shown in Fig. 2(d). We further calculate the vortex case $\Delta_0(r)e^{i\theta}$ and $g_s < 0$ [34], where MZM exists $|g_s| < |\Delta_0|$ and disappears $|g_s| > |\Delta_0|$. The subtle difference between positive and negative $g_s$ in the vortex case can be seen from the analytic solution. In the limit of $e_0 \rightarrow 0$, the vortex core (where $\Delta_0$ vanishes) can be taken to have negligible size and the boundary condition at $r \rightarrow 0$ is unimportant, the analytic zero energy MZM solution is

$$\gamma_{0,+}^\dagger = (1, 0, 0, 1)^T \exp \left( -\int_0^r dr' \frac{\Delta_0(r') + g_s}{v_F} \right).$$

The solution is unphysical at $r \rightarrow \infty$ when $g_s < -\Delta_0 < 0$. For an anti-vortex $\Delta_0(r)e^{-i\theta}$, the MZM solution is $\gamma_{0,-}^\dagger = (0, 1, -1, 0)^T \exp \left( -\int_0^r dr' \frac{(\Delta_0(r') - g_s)}{v_F} \right)$. This represents MZM is from the consistent phase winding between $\Delta(r)$ and magnetic texture $A_1$.

Now we understand that the radial magnetic texture effectively act like an Abrikosov vortex, where the Abrikosov vortex core is at the center of magnetic texture. We put the Dirac surface state on a sphere, and assume magnetic vortex ($g_s > 0$) and anti-vortex ($g_s < 0$) pairs are located at the north and south poles, respectively. In Fig. 3(a), when the flux line of the effective Abrikosov vortex penetrates the two poles, the pairing
The radial vortex ncial Dzyaloshinskii-Moriya interaction [42], while emerge. A vortex with spiralling magnetization configuration could films with a hard axis pointing along z-axis, has a singularity at the origin, while in ferromagnet has a gapless with a vortex-free pairing potential. The adiabatical continuity fails when the BdG spectrum for the existence of MZMs in the vortex core. However, the superconducting surface states remains topological with a limit when \( g_s \) is far away from the origin of magnetic textures, then the magnetization is approximately uniform and parallel to the surface. The parallel in-plane exchange term shift the Dirac point away from \( \Gamma \) point in the perpendicular direction, and introduce pairing-breaking effect between states at \( k \) and \( -k \). The superconducting surface states remains topological with a gap when \( \Delta_0 > g_s \) [41], which is exactly the condition for the existence of MZMs in the vortex core. However, the adiabatical continuity fails when the BdG spectrum is gapless with a vortex-free pairing potential.

**Physical realization.** The above 2D magnetic texture has a singularity at the origin, while in ferromagnet films with a hard axis pointing along z-axis, a magnetic vortex with spiralling magnetization configuration could emerge. \( n(r) = (\cos \varphi \sqrt{1 - n_z^2}, \sin \varphi \sqrt{1 - n_z^2}, n_z) \), where \( n_z(r) \) depends only on \( r = \sqrt{x^2 + y^2} \), \( \varphi = q \phi + \phi_0 \). The radial vortex \( q = 1, \phi_0 = 0 \) is stabilized interfacial Dzyaloshinskii-Moriya interaction (DMI) [42], while curling vortex \( q = 0, \phi_0 = -\pi/2 \) is obtained by minimizing the dipolar interactions [43, 44]. They are the same as that in Fig. 1(a,b) at large \( r \), respectively. Generally \( n_z(0) = 1 \) and decays to \( n(\xi_0) = 0 \) within the decay length \( \xi_0 \), a typical form is \( n_z(r) = \text{sech}(r/\xi_0) \) with \( \xi_0 \approx 5 \sim 10 \) nm. As long as \( a > \xi_0 \), the above study applies to the coupling between Dirac electron and such a realistic magnetic vortex. Here \( a \) is the size of the magnetic vortex within which a flux quantum is obtained. The bound state located at \( r_{\text{max}} \) may be probed by the scanning tunnelling microscopy. For an estimation, take \( v_F \approx 5 \times 10^5 \) m/s in Bi₂Te₃, then \( a \approx 30 \) nm when \( g_s \approx 11 \) meV.

We propose the artificial two bilayer ferromagnets heterostructure to create magnetic radial vortex, where the dipolar energy is minimized by an antiferromagnetic coupling between them and the radial vortex is obtained by the DMI gradient along the radial direction, namely the DMI parameter monotonically decreases as \( r \) increases.

The incorporation of the magnetic proximity effect into a TI has been exemplified in heterostructures with magnetic insulators [45–47]. Recently a van der Waals magnetic TI MnBi₂Te₄ and its descendent have been discovered [48–53], which is compatible with the Bi₂Te₃ family materials. Such experimental progress on the material growth and rich material choice of TI and magnetic insulators makes it possible to realize the magnetic vortex in TI heterostructures.

We acknowledge Jiang Xiao for valuable discussions. This work is supported by the National Key Research Program of China under Grant No. 2019YFA0308404, the Natural Science Foundation of China through Grant Nos. 11774065 and 12174066, Science and Technology Commission of Shanghai Municipality under Grant No. 20JC1415900, and the Natural Science Foundation of Shanghai under Grant No. 19ZR1471400. C. W. is supported by the Natural Science Foundation of China through Grant No. 12174317, and No. 11729402.

* wjingphys@fudan.edu.cn
† wucongjun@westlake.edu.cn


[34] See Supplemental Material for technical details.


Kun Jiang, Xi Dai, and Ziqiang Wang, “Quantum
G. Siracusano, R. Tomasello, A. Giordano, V. Puliafito,
Noah F. Q. Yuan and Liang Fu, “Zeeman-induced gapless
Gang Xu, Biao Lian, Peizhe Tang, Xiao-Liang Qi, and
Jin-Peng Xu, Mei-Xiao Wang, Zhi Long Liu, Jian-Feng
Peng Wei, Ferhat Katmis, Badih A. Assaf, Hadar Stein-
T. Shinjo, T. Okuno, R. Hassdorf, K. Shigeto, and
A. Wachowiak, J. Wiebe, M. Bode, O. Pietzsch, M. Mor-
Chi Tang, Cui-Zu Chang, Gejian Zhao, Yawen Liu,
Zilong Jiang, Chao-Xing Liu, Martha R. McCartney,
David J. Smith, Tingyong Chen, Jagadeesh S. Moodera,
and Jing Shi, “Above 400-k robust perpendicular ferro-
magnetic phase in a topological insulator,” Sci. Adv. 3
(2017), 10.1126/sciadv.1700307.
Dong Qin Zhang, Minji Shi, Tongshuai Zhu, Dingyu Xing,
Haijun Zhang, and Jing Wang, “Topological axion states
in the magnetic insulator mnb2te4 with the quantized
magnetoelectric effect,” Phys. Rev. Lett. 122, 206401
(2019).
Mikhail M. Otrokov, Ilya Klimovskikh, Hendrik Bent-
mann, Alexander Zeugner, Ziya S. Aliev, Sebastian Gass,
Anja U. B. Wolter, Alexand ra va R. Koroleva, Dmitry Es-
tyunin, Alexander M. Shikin, Marı́a Blanco-Rey, Martin
Hoffmann, Alexand ra Yu. Vyazovskaya, Sergey V. Ere-
meev, Yury M. Koroteev, Imamaddin R. Amirsalanov,
Mahmad B. Babanly, Nazim T. Mamedov, Nadir A.
Abdullahayev, Vladimir N. Zverev, Bernd Büchner, Elke F.
Schwier, Shiv Kumar, Akio Kimura, Luca Petaccia, Gio-
vanni Di Santo, Raphael C. Vidal, Sonja Schatz, Katha-
rina Kılıçner, Chul-Hee Min, Simon K. Moser, Thiago
R. F. Peixoto, Friedrich Reinert, Arthur Ernst, Pedro M.
Echenique, Anna Isaeva, and Evgenii V. Chulkov, “Pre-
diction and observation of an antiferromagnetic topolog-
Yan Gong, Jingwen Guo, Jiacheng Li, Kejing Zhu, Meng-
han Liao, Xiaohui Liu, Qinghua Zhang, Lin Gu, Lin
Tang, Xiao Feng, Ding Zhang, Wei Li, Canlı Song, Lili
Wang, Pu Yu, Xi Chen, Yayu Wang, Hong Yao, Wenhu
Duan, Yong Xu, Shou-Cheng Zhang, Xucun Ma, Qi-Kun
Xue, and Ke He, “Experimental realization of an intrin-
sic magnetic topological insulator,” Chin. Phys. Lett. 36,
076801 (2019).
Jiazheng Wu, Fucai Liu, Masato Sasase, Koichiro Ienaga,
Yukiko Obata, Koji Horiba, Hiroshi Ku-
migashira, Satoshi Okuma, Takeshi Inoshita, and Hideo
Hosono, “Natural van der waals heterostructural single
crystals with both magnetic and topological properties,”
J.-Q. Yan, Y. H. Liu, D. S. Parker, Y. Wu, A. A. Aczel,
M. Matsuda, M. A. McGuire, and B. C. Sales, “A-type
antiferromagnetic order in mnb4te7 and mnb4te6 single
Chaowei Hu, Lei Ding, Kyle N. Gordon, Barun Ghosh,
Hung-Ju Tien, Haoyi Li, A. Garrison Linn, Shang-Wei
Lien, Cheng-Yi Huang, Scott Mackey, Jinyu Liu,
P. V. Sreenivas Reddy, Bahadur Singh, Amit Agarwal,
Arun Bansil, Miao Song, Dongsheng Li, Su-Yang Xu,
Hsin Lin, Huibo Cao, Tay-Rong Chang, Dan Dessau,
and Ni Ni, “Realization of an intrinsic ferromagnetic topol-
ogical state in mnbite13,” Sci. Adv. 6 (2020), 10.1126/sci-
adv.aba4275.
S1. NUMERICAL METHOD TO DIRAC FERMION COUPLED TO MAGNETIC TEXTURES

In this section, we provide the detail of numerical calculation method for Dirac fermion with Hamiltonian given by:

\[
H_0 = v_F((\mathbf{k} - \mathbf{A}) \times \mathbf{\sigma}) \cdot \mathbf{e}_z \\
= v_F(k_x - A_x)\sigma_y - v_f(k_y - A_y)\sigma_x \\
= \left( \begin{array}{cc} 0 & -v_F(\partial_x - i\partial_y) + v_F A(r, \phi) \\ v_F(\partial_x + i\partial_y) + v_F A^*(r) & 0 \end{array} \right)
\]

(15)

with \( A(r, \phi) = (g_s/v_F)(-iy/r + x/r) = (g_s/v_F) e^{-i\phi} \) for radial vortex and \( A(r, \phi) = (g_s/v_F)(ix/r + y/r) = i(g_s/v_F) e^{-i\phi} \) for curling vortex. We numerically solve this equation in a disk geometry. Cause \( \partial_x \pm i\partial_y = e^{\mp i\phi}(\partial_r \pm i\partial_\phi/r) \), the wave function can be factorized as

\[
\psi_{n,l} = e^{i\hat{\rho}_n l} \psi_{u,n+1,l} e^{i\hat{\rho}_n l}^T
\]

(16)

and the radial wave function can be expanded in terms of Bessel function of the first kind

\[
u_{n,l} = \sum_{j=1}^{N} c_{n,j,l} \frac{\sqrt{2}}{R j_{l+1}(\beta_j,l)} J_l(\beta_j,l) \equiv \sum_{j=1}^{N} c_{n,j,l} \phi_{j,l}
\]

(17)

where \( J_l \) is m-th order Bessel function of the first kind, \( \beta_{j,l} \) is its j-th zeros, \( N \) is cutoff for the expansion and \( R \) is the radius of our disk. Then the Hamiltonian is reduced to \( 2N \times 2N \) matrix as

\[
H_{\text{BdG}} = \left( \begin{array}{cc} 0 & V_{\mu,\mu+1} + A_{\mu,\mu+1} \\ V_{\mu,\mu+1}^T & 0 \end{array} \right)
\]

(18)

with

\[
(V_{l,l'})_{ij} = \frac{2v_F}{R} \frac{\beta_{l,i} \beta_{l',j}}{\beta_{l,i}^2 - \beta_{l',j}^2} (A_{l,l'})_{ij} = \int_0^R rdr A(r) \phi_{l,i} \phi_{l',j}
\]

(19)

In the following calculations we choose \( v_F = 10, R = 400, N = 400 \) which is enough to ensure the convergence of the low energy spectrum.

S2. NUMERICAL METHOD TO DIRAC FERMION BDG HAMILTONIAN

In presence of pairing vortex \( \Delta(r) = \Delta_0 \tanh(r/\ell_0) e^{i\phi} \), the wave function is given by

\[
\Phi_{n,l} = e^{i\hat{\rho}_n l} \psi_{u,n+1,l} e^{i\hat{\rho}_n l}^T
\]

(20)

Following the same method, we expand the radial part by Bessel functions, then the BdG matrix is

\[
H_{\text{BdG}} = \left( \begin{array}{cccc} \Delta_z - \mu & V_{l,l+1} + A_{l,l+1} & \Delta_{l,l} & 0 \\ V_{l,l+1}^T + A_{l,l+1}^T & -\Delta_z - \mu & 0 & \Delta_{l,l} \\ \Delta_{l-1,l}^T & 0 & \Delta_z + \mu & -V_{l-1,l} + A_{l-1,l} \\ 0 & \Delta_{l+1,l} & -V_{l+1,l}^T + A_{l+1,l}^T & -\Delta_z + \mu \end{array} \right)
\]

(21)

with \( \mu \) as the Chemical potential and \( \Delta_z \) as the z direction Zeeman field.

As we can see from Fig. 4, the zero mode doesn’t split with a nonzero Zeeman field when \( g_s < \Delta_0 \). But zero modes in Fig. 4(b) deviate from zero which indicates they are originated from bound states in Fig. 1(c) of the main text.
FIG. 4. The BdG spectrum of the Abrikosov vortex $\Delta_0(r)e^{i\phi}$ in presence of the z-direction Zeeman field for the radial vortex and $g_z=0.5/2$ for (a,b). Other parameters are $v_F=10$, $\Delta_0=1$ and $\Delta_z=0.1$.

Next, let's consider the the case with $g_s<0$. The phenomena is similar with $g_s>0$ as the majorana zero modes exists only when $|g_s|>|\Delta_0|$. And nonzero chemical potential would make the system gapless when $|g_s|>|\Delta_0|$.

FIG. 5. The BdG spectrum of the Abrikosov vortex $\Delta_0(r)e^{i\phi}$ with $g_s<0$ for the radial vortex. (a) $g_s=-0.5, \mu=0$. (b) $g_s=-2, \mu=0$. (c) $g_s=-0.5, \mu=5$. (d) $g_s=-1.5, \mu=5$. Other parameters are $v_F=10, \Delta_0=1$.

S3. VORTEX FREE BDG SPECTRUM

Finally, we present the BdG spectrum for vortex free superconductor pairing. In this case, the superconductor pairing is $\Delta(r) = \Delta_0 \tanh(r/\epsilon_0)$. Due to absence of winding number, the wave should factorized as

$$\Phi_{n,l} = e^{i\phi}(u_{n,l,\uparrow}, u_{n,l+1,\downarrow}e^{i\phi}, v_{n,l,\downarrow}e^{-i\phi}, -v_{n,l+1,\uparrow})^T$$

such that the angular momentum is $j = l + 1/2$ which implies the absence of the majorana zero mode. Fig. 6 shows the BdG spectrums for radial. Similar to the Abrikosov vortex case, the system is always gapped when $g_s<\Delta_0$.

FIG. 6. The BdG spectrum of the Abrikosov vortex $\Delta_0(r)$ for the radial vortex. (a) $g_s=0.5, \mu=0$. (b) $g_s=2, \mu=0$. (c) $g_s=0.5, \mu=5$. (d) $g_s=1.5, \mu=5$. Other parameters are $v_F=10, \Delta_0=1$.